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Sigillography is the science that studies the manifold aspects of the seals. A seal can be defined as an imprint obtained on a malleable 
medium by imprinting an incised matrix, which transfers on it the characteristic signs of a person or an institution. We use THz spectros-
copy and imaging for non-destructive evaluation of natural materials within old seals. Using a time domain THz spectroscopy and imag-
ing system, THz transmission images are generated in the 0.1–3 THz range and demonstrate that the spectral properties of these materi-
als allow to see across and under a thick layer of old materials. [DOI: 10.2971/jeos.2011.11002] 
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Wax seals, (mainly of bee wax) formerly used to authenticate 
documents,  are  an  attractive  cultural, historical,  and  art  re-
search  field. A  seal  is  an  imprint  obtained  by  pressing  an 
incised matrix onto a malleable medium (wax). This process 
transfers the characteristic stamp, signs or herald of a person 




ticity of a document  in  the  latter Middle Ages. Emblematic 
figures, and habitually a name,  surrounding  it,  identify  the 
owner of the seal. Symbolically hair can sometimes be insert-
ed in the seals and finger marks impressed on their back. 
Their  fragility  is a crucial drawback  to be overcome,  to pre-
serve this extraordinary historical source. For  imaging these 
fragile artefacts, one  can possibly use  infrared, visible  light 
and/or x-rays. Recently, terahertz time-domain spectroscopic 
(THz-TDS)  imaging  [1]-[4]  has  become  an  interesting  and 
powerful  tool  for non-destructive  testing and other applica-
tions. In the field of non-destructive testing and spectroscop-
ic analysis, it is mandatory not only to visualize the samples 
but  also  to map  its  chemical  composition  [5],  [6].  For  this 
purpose, THz waves display attractive features such as good 
penetration  depth,  low  scattering,  free-space  propagation, 
low photon energy, good beam coherence and broad spectral 
bandwidth.  Since  many  materials  exhibit  spectral  finger-
prints in the THz region, spectroscopic analysis in this region 
has  received much  interest  as  an  eﬃcient  and  complemen-






Refractive  index  and  absorption  characteristics  in  the  THz 




the  capabilities  oﬀered  by  THz  spectroscopy  and  terahertz 
imaging  with  more  realistic  samples,  demonstrating  the 
availability to image under a thick seal layer.  
2 EXPERIMENT 
For  the  experiment, we use  a  standard THz-TDS  transmis-
sion setup based on a mode-locked Ti-Sapphire laser provid-
ing 80 fs pulses with a 76 MHz repetition rate. The laser out-
put  is  split  into  pump  and  probe  beams.  The  pump  is  fo-
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For the derivation of the dispersion curve and the frequency 
dependence  of  the  complex  dielectric  response, we  carried 




access  to  the  electric  field  amplitude  [9].  The  time-domain 
Terahertz  spectrometer  allows unambiguously  the determi-
nation of the complex dielectric response ε*(ω).  
It‘s  possible  to  correlate  the  transmission  function  to  the 
complex permittivity  for  thin  samples. The multiple  reflec-
tions due to finite sample thickness are taken into account. In 













clear  that  they  all  exhibit  a  gradual  increasing  trend with 
frequency  as  expected  for most  amorphous materials.  The 
cused onto a bare InAs layer for surface field emission of the 
THz  pulse  which  is  further  detected  with  a  photo-switch 
triggered by the probe. After emission, the THz beam is colli-
mated  and  focused  at  the  sample’s  position.  The  time-
resolved field variation is measured using the current gener-
ated  in  the  LT-GaAs  semiconductor  receiver.  The  current 
induced by  the probe beam  in  the detector  is amplified and 







beehives  of  Apis mellifera or  Apis cerana (honey  bees).  Bees-
wax  consists  of  a mixture  of  esters  of  fatty  acids  and  fatty 
alcohols,  hydrocarbons  and  free  fatty  acids.  Data  on  the 
physical chemistry of waxes are complex and diﬃcult to ob-
tain.  For  example,  the  diﬀerent  colours  of  seals  have  been 
achieved by the addition of diﬀerent metallic oxides. We can 





an  insight on  the  average values  for  extracted physical pa-
rameters and clearly the characterization of real old seals will 
probably gave diﬀerent  results due  to  the diﬀerent  techno-
logical process, materials , chemical reaction and ageing.  
The first samples are made with cherry tree gum (sample #1), 
bee wax  from  honey  harvest  in  Brittany  1969  (sample  #2); 
honey harvest in Dordogne 2010 (sample #3), the same sam-
ple  after  a  slight  thermal  cycle  typically  30°C  (sample  #4), 
propolis (sample #6) which is a resinous mixture that honey 
bees  collect  from  tree  buds,  sap  flows,  or  other  botanical 
sources. It  is used as a sealant for unwanted open spaces  in 
the hive. Propolis  is sticky at and above  room  temperature. 




FIG. 1 Electric field waveforms recorded in the empty set-up (inset top). Correspond-
ing spectrum (main). Inset: pellets of different waxes. The diameter is 10 mm. 




viscosity.  Then,  the  samples  are  chemically  analysed  by 
Light  Induced  Breakdown  Spectroscopy  (LIBS)  technique 
and by Energy-dispersive X-ray spectroscopy (EDX).  
These  measurements  reveal  a  major  presence  of  carbon 
(82%),  oxygen  (14%)  as  expected  and  in  sample  #1,  a  very 
significant quantity of calcium and a  few percent of stronti-
um.  
FIG. 2 Time dependence of the optical index as a function of the frequency. 
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highest rate of increasing opacity was displayed by the prop-
olis  and  cherry gum  samples,  and  the  lowest  rate was dis-
played by  the bee wax materials. Nevertheless, since  it was 
very diﬃcult  to discriminate quantitatively or even qualita-
tively  the  intrinsic  diﬀerence  of  these  materials,  the  clear 





tion  consider  a  constant  frequency  dependant  attenuation 
constant [11] or an absorbance spectrum fitting method [12]. 
Due  to  the  complexity  (lot of  chemical  components) of  this 
amorphous material,  these simple models fail  in  the predic-
tion of the absorption dispersion in the THz range. Neverthe-
less,  as  a  first  characterization,  it’s  prime  of  importance  to 
prebuilt  a  library  of  reference  data  in  order  to  propose  a 
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written documents. Figure  4  represents  the optical pictures 
of  the  name  of  our  group  written  onto  a  sheet  of  paper 
(Figure  4a) with  a  4H  lead,  the word  recovered by  a  thick 
layer of sample #4 (Figure 4b) and the images deduced from 
the time-amplitude of THz signal in transmission (Figure 4c). 
Since  the  arrival  time  is  determined  by  the  optical  path 
length (i.e., the product of the real index of refraction and the 
physical  thickness  of  the  sample  over  each  pixels),  one 
would demonstrate  in Figure 4d  that  the contrast  in a  time 
delay or phase image which is the result of either local varia-
tions  in  the  thickness of  the sample or variations  in  the real 
index of refraction is not suitable in this case or inhomogene-
ous materials.  Each  picture  can  be  considered  as  a  sort  of 
local cutting inside the wax sample, slice by slice.  
More  precisely,  Figure  4c  is  obtained  by  selected  the max 





over  the  thickness at a given pixel. So,  that means  this pur-
pose of imaging objects  in constant-time mode  is diﬃcult to 
interpret  in  the case of an  inhomogeneous material.  In both 
images,  the  dark  edge  around  the  samples  is  caused  by 
diﬀraction, stronger scattering or absorption due  to a  thick-
ness diﬀerence. Nevertheless, we  can  observe  that  the  thin 
layer of lead does not aﬀect the image when we selected the 
optical  thickness  as  a  contrast  parameter.  Concerning  the 
roughness  of  the  surface, we  can  estimate  that we will  be 




perform  two-dimensional  transmission  terahertz  imaging of 
possible written documents under this thick seal layer. Final-
ly, we believe on the real advantage of the terahertz imaging 
apparatus which could be powerful  for  the  investigation of 
old underwriting  beneath wax  layers  or  foreign  objects  in-
serted  into  the  seal. For  example, our  future works will be 
focus  on  medieval  inks,  such  as  sour  galls,  aleppo  galls, 
green and blue vitriol.  
4 NON-INVASIVE IMAGING 
FIG. 3 Frequency dependence of the absorption coefficient for different type of wax-
es. 
Since the THz transmits through the seal and enables one to 
non-destructively  evaluate  the  interior  structure,  the  THz 
image could show the presence of a larger number of peculi-
ar materials that would nominally be invisible if one were to 
simply  visibly  inspect  the  seal  surfaces  correlated  to  the 
attenuation of  the  transmitted THz  signal. THz  images  can 
also be generated based on  the  time delay  in  the arrival of 
the  THz  pulse  or  analogously  the  frequency  dependent 
phase of the THz wave. In a previous work [14], far infrared 
transmission  spectra  of  several  graphite  pencil mines  have 




mines. The  resulting graphite  transmittance  is used  to per-
form  two-dimensional  transmission  terahertz  imaging  of 
FIG. 4 Optical view of the logo (a), the wax onto the paper; the diameter is 25 mm 
(b), time amplitude of the transmitted THz pulse (c), several time delay images with 
an arbitrary scale for the false colour (d)  
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erated  in  the  0.1–3  THz  range.  The  presence  of  defects  or 
objects  in  the seals will be evident  in  the THz  image due  to 
enhanced  scattering  or  absorption  of  the  THz  radiation. 
Pragmatic analysis of the spectral properties of these materi-
als  shows  that  the THz absorbance  is suﬃcient  low  to ana-
lyze spectral properties of foreign inclusion and see under a 
thick layer of old basic materials in relation to oﬃcial written 
documents.  The  study,  the  appreciation  and,  in  particular, 
the preservation and restoration of the seals will interest and 
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Finally, we believe in the real advantage of the terahertz im-
aging apparatus which could be powerful  for  the  investiga-
tion of old underwriting beneath wax  layers  [15] or  foreign 
objects inserted into the seal. 
